ANALYTICAL STUDY OF THE ARCHAEOLOGICAL LEATHER DOCUMENT PRESERVED IN EGYPTIAN MUSEUM AND NEW PROPOSAL FOR MUSEUM EXHIBITION

ʾElsayda-Nafesa ʾEl-shamy
Lecturer in MISR University for Sciences and Technology in the Faculty of Archaeology and Tourist Guidance, alsaydanafesa@hotmail.com

Moʾamen Othman
Head of the museums sector at the Ministry of Tourism and Antiquities, Egypt, tthrntgyj7yij@yahoo.com

Follow this and additional works at: https://digitalcommons.aaru.edu.jo/jguaa
Part of the History Commons, and the History of Art, Architecture, and Archaeology Commons

Recommended Citation
ʾEl-shamy, ʾElsayda-Nafesa and Othman, Moʾamen (2021) "ANALYTICAL STUDY OF THE ARCHAEOLOGICAL LEATHER DOCUMENT PRESERVED IN EGYPTIAN MUSEUM AND NEW PROPOSAL FOR MUSEUM EXHIBITION," Journal of the General Union of Arab Archaeologists: Vol. 6 : Iss. 1 , Article 6. Available at: https://digitalcommons.aaru.edu.jo/jguaa/vol6/iss1/6

This Article is brought to you for free and open access by Arab Journals Platform. It has been accepted for inclusion in Journal of the General Union of Arab Archaeologists by an authorized editor. The journal is hosted on Digital Commons, an Elsevier platform. For more information, please contact rakan@aaru.edu.jo, marah@aaru.edu.jo, u.murad@aaru.edu.jo. Published by Arab Journals Platform, 2021.
ANALYTICAL STUDY OF THE ARCHAEOLOGICAL LEATHER DOCUMENT PRESERVED IN EGYPTIAN MUSEUM AND NEW PROPOSAL FOR MUSEUM EXHIBITION

By

ʾElsayda-Nafesa ʾEl-shamy & Moʿamen Othman
Lecturer in MISR University for Sciences and Technology in the Faculty of Archaeology and Tourist Guidance
Head of the museums sector at the Ministry of Tourism and Antiquities, Egypt.

ABSTRACT

This study was done on a piece of archaeological leather document preserved in Egyptian museum storeroom under No. JE90809 SR 5/13677, excavated 1966. The leather document showed different aspects of deterioration types. Different analytical methods were used for identifying the components of the leather document to explain its mechanism of deterioration process. Analytical methods used were: visual assessment, documentation process by high resolution camera and scanner in multispectral imaging (MSI), diagnostic examinations using Multi Spectral Imaging (VIS-UV-IR), isolation and identification of different types of fungi, investigation of the surface morphology and animal type using digital light microscope (Dino light), stereo microscope (S.M.) and polarizing microscope (P.M.), identification of ink binder, amino acids degradation and tanning materials by Fourier transformation infrared spectrophotometry (FTIR). It is a qualitative analysis to give general information concerning collagen, identification of inks by X-ray diffraction (XRD), and measuring the thickness by micro meter. In addition to suggesting a new method for Museum show for the archaeological leather document as the preparation of a new method of exhibition is considered one of the most important goals of this study, because the current method of exhibition is regarded as a major reason for the deterioration of the studied document.

The results revealed that the microscopic examinations of samples clarify that the type of skin used was sheep in comparison with the standard samples. It also explained the deformation of the appearance, contaminations from stains and dusts, and damages caused by physical factors. X-ray diffraction results showed that the ink used was made of carbon black ink. In addition, the results showed that thickness measurement numbers were different which indicate somehow that the manufacturing process was not so perfect. The results of FTIR proved also the degradation of the collagen in the archaeological leather document, the binding agent was Arabic gum and the leather was tanned with vegetable tanning. Isolation and identification of micro-organisms clarified that the most dominant fungi isolated from the archaeological leather document were: Aspergillus niger, Aspergillus sulphureus, Aspergillus versicolor, Aspergillus sydowii, Penicillium chrysogenum, Penicillium islandicum, Alternaria alternate, Aspergillus flavus, Aspergillus terreus. Finally, the storage of the leather document was very poor which led to different aspects of deterioration. That prompted the author to suggest a new method for exhibition for the archaeological leather document.

KEYWORDS: Micro, Organisms, Degradation, FTIR, Inks, Tanning, Fungi, Exhibition.
I. INTRODUCTION

Leather as a material represents complex composition. Leather tanned from raw hides and skins has been used to cover and protect the human body since early man. Animal skins have been used since pre-historical times for the preparation of different types of artifacts (bags, clothes, beds, shoes, shields, and chairs and have been used as a writing support in manuscript documents form (scrolls and charters) or manuscripts cover bindings as different types of cultural heritage which exist in public and private libraries, archives, and museums. Leather has been already there during the pre-historic period in Egypt. The basic component of these leather artifacts is collagen. Collagen is an organic compound which is composed of carbon, oxygen, hydrogen, nitrogen, and also sulfurs, but nitrogen is the most characteristic element. The proteins from chemical side consist of a large group of complex substances of amino acids. There are three amino acids which are constituted mainly of protein (30% glycine, 10% of proline and 10% hydroxyproline). The triple-helix is the basic unit in which helices are arranged in fibrils at an upper hierarchical level, also fibrils are arranged into the final collagen fibers.

Leather is animal skin turned by the process of tanning to durable and resistant material against decay which entails chemically altering the composition of the skin. The main aim of tanning process is to stabilize the fiber structure of leather, give leather more resistance to surrounding environmental conditions compared to hide skin, and increase its hydrothermal stability. Leather artifacts are not stable but are in some inappropriate condition of decay under dry or wet conditions. Degradation of leather is caused by a combination of exposure to elevated temperatures, light, humidity, atmospheric pollutants and microorganisms which affects the mechanical, physical and chemical properties of the collagen matrix. According to the inappropriate condition, some aspects of deterioration can be obtained such as brittleness, darkness, being very stiff, undulated, and darkened or relaxed and gelatinized. Studying deterioration mechanisms in leather requires a systematic, multidisciplinary approach that is based on advanced chemical – physical techniques to collect all information from tiny samples. Using analytical techniques has been developed to improve the procedures to authenticate patrimonial objects which are a composite of collagen as well as the

---

1 LARSEN 2002: 89.
2 FORBES 1957: 62; KATHAPALIA 1973: 39; LARSEN 2000: 85-99; GANITI et AL. 2004: 349-360; RICHARD 2019: 3.
3 BAILEY & PAUL 1998: 104-106; ZVI 2007: 321-327.
4 GUSTAFSON 1956; STAMBOLOV 1969.
5 GUSTAVSON 1956; HIGHBERGER 1956: 103-167; MACGREGOR 1980: 142-147.
6 BADEA et AL. 2008: 17–27.
methods to study the effects of the environmental factors. It is noticed that the degree of degradation depends on some factors: presence of oxygen, ph, and irradiation wavelength. The methods of analysis used for investigating leather artifacts have been developed during the last decades\(^7\). So analytical and archeomaterial studies should be performed to the object of the study in order to provide the best documentation procedures, diagnoses deterioration factors, also dating to some extent of the archaeological leather document\(^8\).

This study aims to provide the best documentation and identification of the main structural aspects of leather by applying different analytical techniques and means of spectroscopic analysis for identifying the components of the archaeological leather document, and to explain its deterioration process. The authors used in the study visual assessment, documentation process by high resolution camera and scanner in multispectral imaging (MSI), diagnostic examinations using ultra violet fluorescence imaging (UV/IR), also isolation and identification of fungi has an important role in the study, investigation of the surface morphology and animal type by using different types of microscopes Digital light microscope (Dino light), stereo microscope (S.M.) and polarizing microscope (P.M.), identification of pigment binder, explaining amino acids degradation and tanning materials used in leather by Fourier transformation infrared spectrophotometry (FTIR), and identification of inks by X-ray diffraction (XRD), measuring the thickness by micro meter (M.M.). In addition to suggesting a new method for museum displaying for the archaeological leather document as the current method is to some extent the reason that caused the damage to the piece, so the authors suggest 3D mounting displaying showcase for the archaeological leather document.

II. MATERIALS AND METHODS

Archaeological leather document (piece of leather) under study is measuring 32cm X 45cm, excavated in 1966, and is preserved in the Egyptian Museum storeroom under N°. JE90809 SR 5/13677. It also contains some unknown ancient writings which are written in black ink. The methodology of the study depends on identifying the material and characteristics of the leather document using nondestructive investigations. The analytical methods were more effective in explaining and somehow indicate deterioration aspects of the object. The authors selected the techniques used to obtain a significant identification and to obtain the optimum amount of information concerning the materials used. The study applied different procedures using MSI, UV, IR, SM, PM FTIR, XRD, MM and isolation and identification of fungi analyses as the following:

\(^7\) CHAHINE & ROTTIER 1996: 77-79.
\(^8\) SIONKOWSKA 2004: 117 – 125.
1- Visual assessment, documentation process by high resolution camera, scanner in multispectral imaging (MSI) and multi spectral imaging (VIS-UV-IR)

Multispectral imaging is a set of images acquired through narrow band filters for consecutive wavebands of radiation. Multispectral imaging is the procedure used to observe an object, using selected ranges of wavelengths in the electromagnetic spectrum that include and extend the capabilities of the human eye. Each image shows the intensity of radiation from the scene in the corresponding waveband. Images are acquired at visible wave-lengths (nm 400-700) and may also include regions of the non-visible spectrum: ultraviolet (nm <400) and infrared (nm >700). MSI imaging can be used to guide the selection of areas for point based analytical examination, and they represent a valuable time saving tool that allows for a preliminary assessment\(^9\). This study will focus on the range of wavelength that can be observed using modified commercially available cameras, which typically employ silicon based sensors sensitive from approximately 350 nm to 1100 nm. The extent to which this radiation will penetrate the object under investigation will be dependent on its wavelength and on the absorbance of the materials which compose the object, with longer wavelengths of radiation generally penetrating further into the piece. The authors used high resolution Nikon Camera for documentation process, HP Deskjet model for Scanner in multispectral imaging and the filter used in Fluorescence Imaging was IR90 filter.

2-Microscopic Examination

In order to exceed the abilities of the naked eye and detect previous restorations carried out on the object, and to understand quality extension the processes of manufacture, the authors used Digital light microscope (Dino light) for visual examination. Some of the falling samples were also examined and photographed using the stereoscopic microscope (S.M.) to give a three-dimensional surface image that enables identifying the topography of its surface and its structure and the manifestations of invisible eye damage through its ability to zoom in and connect it to the computer and record the part to be studied. Investigation of the surface morphology and identification of the animal type was done by polarizing microscope (P.M.).

All samples were conditioned under the standard atmospheric conditions for 24 hours at temperature of 25°C and relative humidity 65%. Examined by using an Inspect SS0 (FEI Image size: 1000 x 1000Mag;128.686327077748xHV:5.0kV. The Zeiss Discovery V20 stereo was used by Axio Cam MRc5 camera and Fujitsu Siemens computer monitor.

\(^9\) LIANG 2012: 309 – 323.
3. Fourier Transform Infrared Spectroscopy (FTIR)

Monitoring the chemical fingerprint of material is very important when dealing with material science. Identification of ink binder, and collagen degradation and tanning material was done by using Fourier transformation infrared spectrophotometry (FTIR). FTIR spectra of tested binder were recorded on a FTIR spectrophotometer (JASCO-FT/IR-6100 at (research Labs, Projects sector, Ministry of tourism and antiquities, Egypt) in the range of 4000–400 cm⁻¹ using KBR pellets.

4. Identification of Inks by X-Ray Diffraction (XRD)

The ink sample (some fragments) was analyzed by X-ray diffraction using Compact X-ray Diffract meter System PW 1840 – Analytical Equipment – Philips– Eindhoven – the Netherlands (Cu Kα radiation with Ni-filter). The samples were made in Cairo University labs.

5. Measuring the Thickness

According to the unique arrangement of complex natural fibers which give the variations on the types of leather types, leather is considered one of the most versatile materials known. The softness of leather is usually associated to its thickness. The thinner the leather, the softer it will be. Measuring the thickness of the archaeological leather document was done by micro meter. The thickness of each square of piece was measured five times for being sure of the results.

6. Isolation and Identification of Fungi (Collection of Samples Swabs)

The samples taken for the isolation and identification of fungi were in accordance with ‘Abd ‘El-Maksoud 10. Sterile cotton swabs were wiped from different infected parts along the most damaged margins of the verso and recto of the archaeological piece of leather document to obtain samples for fungal culturing and identification. The samples saved in dry, sterile, polypropylene bags, kept in ice during transportation, then stored in the refrigerator (4°C) till the isolation of microorganisms. Then the process was performed directly in the laboratory.

The fungi were isolated by rubbing the swabs gently on culture medium of potato-dextrose agar (PDA). Inoculated Petri dishes with fungi were incubated at 26 ±2°C for 1–2 weeks. Fungi that isolated were identified according to Barnett and Hunter, Domsch et al., and Stevens ,Raper and Fennell 11.

10 ‘ABD ‘EL-MAKSOUD 2011: 180 - 189.
11 BARNETT & HUNTER 1972: 103-109; DOMSCH et AL. 1980: 118-200; STEVENS 1981: 123; RAPER & FENNELL 1995: 65.
III. RESULTS AND DISCUSSION

1- Visual Assessment, Documentation Process by High Resolution Camera, Scanner in Multispectral Imaging (MSI) and Multi Spectral Imaging (VIS-UV-IR)

Documentation process (the condition survey) was done by using high resolution camera, scanner in multispectral imaging (MSI) and diagnostic examinations using ultra violet fluorescence imaging (UV) and Infra-Red (IR) as explained [FIGURES 1-3].

A. Historical Background of the Studied Document

It was found that the archaeological leather document measures 32 cm X 45 cm, excavated in 1966, and is preserved in the Egyptian Museum in Cairo storeroom under N°. JE90809 SR 5/ 13677. It also contains some unknown ancient writings which are written in black ink as the document was not studied before. The storage of the manuscript was very poor and led to advanced deterioration. The leather document suffers from different aspects of deterioration and spread of dirt surface.

[FIGURE 1]: Documentation Process; 1-2: diagnostic examinations by High Resolution Camera of the archaeological leather document (recto layer) beside the blank and color scale; 3: diagnostic examinations by High Resolution Camera of the archaeological leather document (verso layer).
B. Microscopic Examination

Investigation of the surface morphology and animal type was done by using different types of microscopes. The authors used Digital light microscope (Dino light), stereo microscope (S.M.) and polarizing microscope (P.M.) in the study. The leather surface was so deteriorated that one could hardly observe the hair holes arrangement. It was showed [FIGURES 4-7] by examination that there was deformation of the surface morphology. The microscopic examination of samples of the archaeological leather document that the type of skin used was sheep in comparison with the standard samples. The coarse follicles were found in the form of bundles. There was a wide and smooth surface between these groups. Also the leather document was manufactured using long, strong and flexible leather piece to be used as written manuscript. The leather surface was smoothed and glazed. In addition, from the microscopic examining
it was showed that there are deformation of the appearance, contaminations from stains and dusts, random distribution of the fiber structures, damages caused by physical factors appeared in the erosion of the fibers and many bores.

**FIGURE 4**: Examining the archaeological leather document sample with magnification 230x, 1280x960 no calibration as the arrow indicates the image; 1-8: using Digital light microscope (Dino light) for examining which explain deformation of the surface morphology in different places.

**FIGURE 5**: Examining the archaeological leather document sample, 1-4: using stereo microscope (S.M.) for examining the coarse follicles in different places of the samples arranged with magnification 1-50x; 2, 3-35x; and 4-94x.
FIGURE 6: Examining the archaeological leather document sample; 1-3: using polarizing microscope (P.M.) for examining the surface morphology with magnification 1-50x; 2-100x; 3-25x.

FIGURE 7: Identifying the animal type by comparison with the standard sample of sheep leather: 1- the standard sample of sheep leather examining by Digital light microscope showed coarse follicles were found in the form of bundles, 2-examining the archaeological leather document sample by Digital light microscope (Dino light), 3- examining the archaeological leather document sample by stereo microscope (S.M.), 4- examining the archaeological leather document sample by polarizing microscope (P.M.).

C. Fourier Transform Infrared Spectroscopy (FTIR)

The binder used with the black ink was identified as gum Arabic. After a comparison with the blank sample of pure gum Arabic (which is natural polysaccharide) O-H bending band at 1650 cm⁻¹ appears, that indicated the characteristics of polysaccharides showed in [FIGURE 8].

In comparison with the control sample the analysis proved that the archaeological leather document was tanned with vegetable tanning as the 3414 cm⁻¹ for the oak tannin extract showed in the sample [FIGURE 8]. Also explained degradation in the archaeological sample has occurred in the collagen. It is clear that the band at 3429.78 cm⁻¹ assigned to a broad band represents (OH) hydroxyl stretching due to intermolecular hydrogen bonding of the hydroxyl group. This band includes multiple bands made up of multiple N-H groups, both in the solid state and in the presence of hydrogen bonding. The C-H stretching vibrations occur in the region 2924.52-2926.45
cm\(^{-1}\) stretching of aliphatic groups. The bands between 3422.06 cm\(^{-1}\) and 2924.52 cm\(^{-1}\) are protein characteristics, and the increase or decrease of these bands may give an indication of the expansion or contraction of the protein areas. Collagen exhibits a series of absorptions from 1656.55 cm\(^{-1}\) to 1241.93 cm\(^{-1}\). Band at 1641.13 cm\(^{-1}\) (C=O stretching) is assigned to amide I. In the solid state, the frequency of the vibration is slightly decreased. The presence of hydrogen bonding is an important contributing factor to this decrease in frequency\(^{12}\). The bands at 1562.06 cm\(^{-1}\) (NH bending, CN stretching) are assigned to amide II. The band at 1243.86 cm\(^{-1}\) is assigned to amide III which involves C-N stretching and N-H bending. The wave-number of these peaks depends on the secondary structure of the protein.

![Fourier Transform Infrared Spectroscopy (FTIR) of the archaeological leather document; 1- standard FTIR of the Gum Arabic; 2- standard FTIR of vegetable tanning; 3- standard FTIR of amino acids (Michele, et Al., 1999; NICOLETAM et Al., 2006); 4- FTIR of the archaeological leather document.](image)

**D. Identification of Inks by X-Ray Diffraction (XRD)**

The results showed that the black ink was made of carbon ink which was commonly made from lampblack or soot and a binding agent such as gum Arabic. The binding agent keeps the carbon particles in suspension and adhered to document.

\(^{12}\) MICHELE et AL. 1999: 108- 128; ANDREAS 2007: 1073–1101; AMERTANINGTYAS et AL. 2012: 939 - 942.
Carbon ink was the first writing ink in history that ancient Egyptians used to write. The ink was formed in the process of burning organic materials (oil, or wood). The ink material is formed by mixing pure carbon with adhesive, which is often Gum Arabic. Carbon ink is characterized by extreme stability, and this stability is due to the fact that carbon is chemically inert under normal conditions. Among its disadvantages is the possibility of its separation in the form of scales or flack off from the document and affected by wet humidity which has happened in archaeological leather document of the study.

![Graph showing carbon ink identification](image)

**[FIGURE 9]**: Identification of carbon ink by X-ray diffraction (XRD) of the archaeological leather document.

E. Measuring the Thickness

One of the most important characteristics during exploitation of leather documents is leather softness. One of the best ways to evaluate this parameter is the measurements performed of the thickness and softness to give indicates of the manufacturing process of leather. The evaluation was processed by using the micro meter. Unfortunately, the authors found that the leather document suffers from wrinkles, creases. So, different points were chosen for measuring as shown in **[FIGURE 9]**.

The results showed that the skin thickness measurement displayed high number in some areas and low numbers in other areas which indicates that the manufacturing process was not so perfect. The skin was thicker always near the areas of the tail along the back of the animal used though the manufacture process, in the oldest animal, also towards the neck. But the area of uniform skin thickness was in the middle of the back, on either side of or parallel to the vertebral column. It was clear that the thickness of leather is too high. It was normal of written leather in the nineteenth century was thick.
F. Fungi Identification of Archaeological Leather Piece Studied

The results of this study revealed that the most dominant fungi on the leather document are the fungal species which were identified and characterized based on their morphological characters and microscopic analysis by using taxonomic guides\textsuperscript{13}. The most dominant fungi isolated from the historical leather document of the study were identified: \textit{Aspergillus niger}, \textit{Aspergillus sulphureus}, \textit{Aspergillus versicolor}, \textit{Aspergillus sydowii}, \textit{Penicillium chrysogenum}, \textit{Penicillium islandicum}, \textit{Alternaria alternate}, \textit{Aspergillus flavus}, \textit{Aspergillus terreus}. Leather artifacts are organic materials that are susceptible to numerous microbial deterioration processes, especially fungi. Fungi that attack tanned leather often belong to lipolytic species and utilize the fats present in leather as a source of carbon. Effects of microbial deterioration on protein materials are the presence of different stained spots, the loss in tensile strength and, the hydrolysis of leather\textsuperscript{14}.

Isolation and identification of micro-organisms are very important for the restoration and conservation treatments of the archaeological manuscripts; they give an idea of the microbiological deterioration which helps to determine the most appropriate methods for prevention, inhibition and removal of these micro-organisms\textsuperscript{15}. Valentin\textsuperscript{16} stated that among the types of fungi found in museums, archives and libraries are \textit{Aspergillus niger}, \textit{Aspergillus flavus}, \textit{Aspergillus fumigates}, \textit{Penicillium chrysogenum}, \textit{Rhizopus nigricans}. David\textsuperscript{17} mentioned that fungi of various types are often seen in ancient leather artifacts as a result of poor storage.

\textsuperscript{13} APINIS 1963: 57- 78; ROHILLA & SALAR 2012: 297- 303.
\textsuperscript{14} RABEE 2015: 369- 382.
\textsuperscript{15} ‘Abd El-MAKSOUD 2011: 180- 189.
\textsuperscript{16} VALENTIN 2001: 5- 7.
\textsuperscript{17} DAVID 2008: 77- 79.
| Fungi Identification |
|----------------------|
| **Aspergillus niger** |
| ![Image](image1.png) |
| Aspergillus niger; Colonial characters on PDA medium and Morphological characters (X-400). |

| **Aspergillus sulphureus** |
| ![Image](image2.png) |
| Aspergillus sulphureus; Morphological characters (X-400) and Colonial characters on PDA medium. |

| **Aspergillus versicolor** |
| ![Image](image3.png) |
| Aspergillus versicolor; Colonial characters on PDA medium and Morphological characters (X-400). |

| **Aspergillus sydowii** |
| ![Image](image4.png) |
| Aspergillus sydowii; Colonial characters on PDA medium and Morphological characters (X-400). |
**TABLE 1**: The results of this study revealed the most dominant Fungi and their identification of archaeological leather document studied are as the following.

**G. New Proposal for Museum Exhibition**

Old preserving method and the current method of view may lead to chemical, physical and biological deterioration. The state of conservation must be especially considered with deteriorated leather; in such cases the authors suggest a new method for preservation and displaying to stabilize the archaeological leather document condition. The authors used a method that has been developed at the GEM for such treatments called 3D mounting. This procedure offered two advantages: first it could be established whether there was text or the remains of text on the verso under the backing document, and second it enabled the leather document fibers to be examined and
preserved or displayed safely. It should be noticed that the leather document must be displayed in 45° degree in the new 3D mounting showcase for the leather document. The details are explained in the following illustration.

![Diagram of New 3D mounting showcase for the leather document]

**FIGURE 11**: New 3D mounting showcase for the leather document

### IV. CONCLUSION

Archaeological leather document preserved in Egyptian museum showed different aspects of deterioration. The authors applied different analytical methods. Visual assessment documentation process has been done. The results revealed that the microscopic examinations of samples clarify the type of skin. X-ray diffraction results showed also that the ink used was made of carbon black ink. FTIR proved the degradation of the collagen in the archaeological leather document, the binding agent was Gum Arabic and the leather was tanned with vegetable tanning. In addition, the results showed that thickness measurement numbers were different which indicates that the manufacturing process was not so perfect. Isolation and identification of microorganisms clarified the most dominant fungi isolated from the historical leather document were: *Aspergillus niger*, *Aspergillus sulphureus*, *Aspergillus versicolor*, *Aspergillus sydowii*, *Penicillium chrysogenum*, *Penicillium islandicum*, *Alternaria alternate*, *Aspergillus flavus*, *Aspergillus terreus*. Finally, the authors suggest a new method for exhibition of the archaeological leather document which is explained in details in Diagram.

### V. ACKNOWLEDGEMENT

We have to express our appreciation to Ahmed Tarek for sharing his pearls of wisdom that provided expertise that greatly assisted the research and all the team work at the Egyptian Museum in Cairo.
ANALYTICAL STUDY OF THE ARCHAEOLOGICAL LEATHER DOCUMENT PRESERVED IN EGYPTIAN MUSEUM AND NEW PROPOSAL FOR MUSEUM EXHIBITION

HOW TO CITE

El-shamy, E. & Othman, M. «Analytical Study of the Archaeological Leather Document Preserved in Egyptian Museum and new proposal for Museum Exhibition», Journal of the General Union of Arab Archaeologists, vol. 6/1, 2021. Doi: 10.21608/JGUA2.2020.30439.1032
alsaydanafesa@hotmail.com

BIBLIOGRAPHY

ABD ’EL-MAKSoud, G., ABD ’EL-HADY, M. « Effect of Burial Environment on Crocodile Bones from Hawara Excavation» Fayoum, Journal of Cultural Heritage 12/2, 2011, 180-189.

AMERTANINGTYAS, D, ERWANTO, Y, BACHRUDDIN, Z & JAMHAR «Fourier Transform Infrared (FTIR) Spectra, Amino Acid Profile and Microstructure of Gelatin From Madura and Crossbred Ongole Cattle Hides», the 7th international seminar on tropical animal production, Yogyakarts, 2012, 939-942.

ANDREAS BARTH.: Infrared Spectroscopy of Proteins, Biochimica et Biophysica Acta, 1767, 2007, 1073–1101

APINIS A.E.: Occurrence of Thermophilous Micro Fungi in Certain Allvial Soils near Nottingham, Nova Hedwigia, Zeitschr & Kryptogamenk 5, 1963, 57-78.

BADEA,E.; MIU, L; BUDRUCEAC, P.; GIURGINCA, M.; Mai, A. , BADEA, N. & DELLA GATTA, G. «Study of Deterioration of Historical Parchments by Various Thermal Analysis Techniques Complemented by Sem, Ftir, Uv–Vis–Nir and Unilateral Nmr Investigations» Journal of Thermal Analysis and Calorimetry 9, 2008, 17–27.

BAILEY A. J. & PAUL R. G.: «Collagen. A Not so Simple Protein», J. Soc. Leath. Technol. Chem. 82, 1998, 104-106.

BARNETT, H.I. & HUNTER, B.B.: Illustrated Genera of Imperfecti Fungi, 3rd ed., Minnesota: (Burgess publishing co., Minneapolis) 1972, 103-109.

CHAHINE C, Rottier C.: European e Environmental, Leather Project, Research Report, Copenhagen, 1996.

DAVID, AR.: Egyptian Mummies and Modern Science) London (Cambridge University Press), 2008.

DOMSCH, K.H., GAMS, W. & ANDERSON, T.H.: Compendium of Soil Fungi, London (1 & 2 Academic Press) 1980.

FORBES RJ.: Leather in Antiquity: Studies in Ancient Technology, vol. 5. Leiden (E.J. Brill), 1957, 62.

GANITI, V. PAVLIDOU, E. F. ZORBA, K.M. PARASKEVOPOULOS, D& BIKIARIS.: «A Post-Byzantine Icon of St. Nicholas Painted on a Leather Support. Microanalysis and Characterisation of Technique» Journal of Cultural Heritage 5, 2004, 349-360.

GUSTAFSON, K. H.: The Chemistry of Tanning Processes, New York (Academic Press) 1956.

GUSTAVSON K. H.: The Chemistry and Reactivity of Collagen, New York (Academic Press) 1956.

HIGHTBERGER J. H.: The Chemical Structure and Macromolecular Organization of the Skinproteins, in: The Chemistry and Technology of Leather. F. O’FLAHERTY, W.T. RODDY & R. M.LOLLAR (eds) vol. 1, New York: (Reinhold publishing corporation) 1956, 103-167.

KATHAPALIA.: Conservation and Restoration of Archive Materials, Paris (Unesco), 1973.

LARSEN R. «Experiments and Observations in the Study of Environmental Impact on Historical Vegetable Tanned Leathers», Journal of Thermochimica Acta 365/1-2, 2000, 85- 99.

LARSEN R.: Microanalysis of Parchment, IDAP, The IDAP project, London (Archetype Publications), 2002.

DOI: 10.21608/JGUA2.2020.30439.1032
LARSEN, R.: Improved Damage Assessment of Parchment, IDAP: micro and non-destructive Analysis and Diagnosis for Proper Storage and Treatment, 1998.

LIANG, H. «Advances in Multispectral and Hyperspectral Imaging for Archaeology and Art Conservation» Appl. Phys. A 106, 2012, 309–323, Doi: http://dx.doi.org/10.1007/s00339-011-6689-1

Macgregor E.A.& C.T. GREENWOOD.: Polymers in Nature, Chichester (John Wiley & Sons) 1980.

MARINA B., MICHELA M., GIOVANNA P., ARMIDA S.&MARIA T. TANASI. «Inside the Parchment», 9th International Conference on NDT of Art, Jerusalem, 25-30 May 2008, 1-10.

MICHELe R., DERRICK, DUSAN STULIK, JAMES M.& LANDRY.: Infrared Spectroscopy in Conservation Science, Los Angeles (the Getty conservation institute), 1999, 108-128.

NICOLETA MELNICIUC PUICĂ, AUREL PUI, & MARGARETA FLORESCU. «Ftir Spectroscopy for the Analysis of Vegetable Tanned Ancient Leather» European Journal of Science and Theology, 2/4, 2006.

RABEE, R.A.:« A ‘tafsir Al khazen’ Manuscript (17th century AD). Technical Study», International Journal of Conservation Science 6/3, 2015, 369-382.

RAPER, K.B. & FENNELL, D.L.: The Genus Aspergillus, Baltinare (Williams & Wilkins), 1995, 65.

RICHARD O., ORUKO, JOHN O. ODIYO & JOSHUA N. EDOKPAYI. «The Role of Leather Microbes in Human Health», chap. 2, Researcher Gate, Doi: 10.5772/intechopen. 81125, https://www. researchgate.net/publication/331634411) 2019, 3.

ROHILLA S.K., & SALAR R.K.«Isolation and Characterization of Various Fungal Strains from Agricultural Soil Contaminated with Pesticides», Research Journal of Recent Sciences 1, 2012, 297-303.

SIONKOWSKA A, SKOPINSKA J, WISNIEWSKI M.: Polym Degrad Stab, 83, 2004, 117–125

STADTMAN E. R. & R. L. Levine.: Free Radical-Mediated Oxidation of Free Amino Acids and Amino Acid Residues in Proteins, Amino Acids 25, 2003, 207–218.

STAMBOLOV, T. « Manufacture, Deterioration and Preservation of Leather» A Literature Survey, ICOM Plenary Meeting, Central Research Laboratory for Objects of Art and Science, Amsterdam, 1969.

STEVENS, R.B.: Mycology guide book committee, Seattle (Mycology Society of American University of Washington Press) 1981, 123.

VALENTIN, N.: «Microbial Contamination and Insect Infestation in Spanish Museums, Archives and Libraries», Coalition 3, 2001, 5-7.

ZVI GOFFER. Archaeological Chemistry, 2nd Ed., New York (A JOHN WILEY & SONS, INC., PUBLICATION) 2007.
دراسة تحليلية لقطعة جلد أثرية محفوظة بالмуتحف المصري
ومقترح جديد للعرض المتحف

السيدة نفيسة الشامي ومؤمن عثمان

مدرب في كلية الآثار والإرشاد السياحي / جامعة مصر للعلوم والتكنولوجيا
رئيس قطاع المتحف بوزارة السياحة والآثار.

 المقتصد

قطعة من الجلد الأثرى محفوظة في مخزن المتحف المصري رقم JE908095/13776/1966، تم اكتشافها عام 1966، وتعاني الوثيقة الجلدية مظاهر التلف المختلفة. تركز هذه الدراسة على استخدام التقنيات التحليلية الحديثة للحصول على معلومات مخطوطة تشرح عمليات التلف، واستخدمت في الدراسة التقنيات البصرية، وعملية التوثيق بواسطة كاميرا عالية الدقة والماسح الضوئي في التصوير متعدد الأطياف (MSI) والفحوص التشخيصية باستخدام التصوير متعدد الأطياف (VIS-UV-IR) وعزل وتجميع الطريقة، وتحقيق في الشكل السطحي وتنوع الحيوان باستخدام أنواع مختلفة من المجاهر: المجهر الضوئي الرقمي، المجهر الإستروبي (SM)، المجهر الاستشفائي (PM) أيضا، تم تحديد نوع الحبر، ومواد الدهون بواسطة التحليل الطيفي بالأشعة تحت الحمراء (FTIR) وتم تحديد نوع الحبر بواسطة حمولة الأشعة (XRD)، وتم قياس السمك للقطعة. بالإضافة إلى اقتراح طريقة جديدة للعرض المتحف للوثيقة حيث أن طريقة العرض الحالية هي إلى حد ما السبب الذي تسبب في تلف القلعة.

نتائج جودة الأشعة وقد أوضحها نتائج الفحوصات للعينات أن نوع الجلد المستخدم هو الأغام مقارة بالعينات البيضاء. كما أظهرت السينية أن الحبر الأسود المستخدم هو الحبر الكربوني. بالإضافة إلى ذلك، أعطت النتائج أخطاء في أرقام نتائج قياس السمك للقطعة اثبات فحص وتدور الورقين في الوثيقة الجلدية، وكان تحليل فحص وتدور الورقين في الوثيقة الجلدية، وكان الوسيط الصغير والجدل المدبوغ تم دفعه بالتالين (البلاستيكية). أوضح عزل الكائنات الحية الدقيقة أن الدهون الموزعة من Aspergillus sydowii و Aspergillus versicolor و Aspergillus sulphureus و Aspergillus niger هي: أيضا و Aspergillus flavus و Alternaria Alternus و Penicillium islandicum و Penicillium chrysogenum وكان تخصص المخطوطة رهنًا للعومة مما أدى إلى جوانب مختلفة من التلف. ودفع ذلك المؤلفين إلى اقتراح طريقة جديدة للعرض المتحف للوثيقة الجلدية الأثرى.

الكلمات الدالة: كانتات حية دقيقة، تلف، احبار، دباغة، فطريات، عرض متحف.